



















and Weibull  probability  distribution  functions  (pdf’s),  and  tests‐of‐fit  significance  by  the  Kolmogorov‐
Smirnov goodness‐of‐fit statistics. The detailed information from this corrosion tests dataset is useful for 
further research on the inhibition mechanism and effectiveness of the triethylenetetramine chemical on 













triethylenetetramine  as  admixtures  were  immersed  in  0.5  M  H2SO4 
medium  and  from  these,  corrosion‐rate  by  the  LPR  Data  logging 














concrete  [10‐12].  This  grossly  reduces  structural  strength  of  the  steel‐reinforced  concrete  and  if 
unchecked could lead to unprecedented failure of the structural member, which could be catastrophically 
injurious with attendant safety  risks  to  life and  loss of property  [11,13].   Measures  for avoiding these 
forms of calamities that could follow the corrosion‐induced failure of steel‐reinforced concrete structures 






saving  [15‐18].  However,  ascertaining  the  effectiveness  of  a  substance  on  its  corrosion  inhibition 
performance on steel‐reinforced concrete requires experimental data‐monitoring and requisite analyses 
of the measured data for detailing and consequently drawing inference on the usability of that substance 

















Steel‐reinforced  concrete  were  freshly  cast  and  during  casting,  different  concentrations  of 
triethylenetetramine  (Molecular  Weight  146.24,  CAS  No.  112‐24‐3  from  Loba  Chemie  (via  Oxford 
Laboratory), India), of > 99% purity, were employed as admixture as prescribed in ASTM C192 / 192M‐16a 
[31] in the concrete sample mixing, and into the casting of which the steel‐rebar was centrally embedded. 
The  varying  concentration  of  triethylenetetramine  employed  was  initiated  from  0.0365  M  C6H18N4, 
actually, 0.036471 M  C6H18N4 corrected to four decimal places, and was then incremented in this C6H18N4 
concentration  until  attaining  0.1824 M C6H18N4.  The  samples  of  steel‐reinforced  concretes were  then 
partially  immersed in plastic containers of 0.5 M H2SO4 test‐solution [32‐33]. From these experimental 
setups,  corrosion‐rate was monitored,  and  recorded,  right  from  the  0th  day  and  then  in  seven  days 
interval  for  the  next  seven  weeks.  For  this  corrosion‐rate  monitoring,  linear‐polarization‐resistance 
measuring  equipment,  the  LPR  Data  Logger,  Model  MS1500L  was  used  [32‐34].  This  direct  readout 
corrosion monitoring  equipment  utilizes  3‐electrode  system  for  which  Ag/AgCl  SCE  from  Direct‐ION® 
constitutes the reference, a brass plate constitutes the auxiliary electrode and the steel‐rebar is employed 
as the working electrode [35‐36]. 
For heeding  recommendation of ASTM G16‐13  [28],  for  the efficient detailing/validation of  inherently 
stochastic  corrosion  test‐data,  each  corrosion‐rate  dataset,  i.e.  from  each  sample  of  steel‐reinforced 
concrete sample having different concentration of triethylenetetramine, was subjected to the fittings of 
statistical distributions [37‐40]. These statistical distribution fitting model for this data article include the 
Normal,  the Gumbel and  the Weibull probability distribution,  and  for  each of  these distributions,  the 
maximum likelihood estimation technique was employed for detailing parameter estimations from the 
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 The  representation  of  the  corrosion‐rate,  from  the  varying  concentration  usage  of 
triethylenetetramine admixture  in steel‐reinforced concrete samples,  in graphical plots exhibit 
the usefulness for lending important insights into: 
o The effectiveness or otherwise of  the different  triethylenetetramine concentrations at 
mitigating corrosion; 
o Periods when  the  corrosion mitigation  effectiveness  breakdown  and/or whether  such 
breakdown  of  corrosion  mitigation  was  recoverable/non‐recovered  in  the  steel‐






that  which  could  be  combined  with  forms  of  steel‐reinforced  concrete  control  samples  for 
detailing  anticorrosion  efficiency  as  well  as  the  prevalent  corrosion‐protection mechanism  of 











Statistical Parameters  C6H18N4 Admixture Concentration (M) 0.0365  0.0729  0.1094  0.1459  0.1824 
Normal pdf 
μ  0.0631 0.0469 0.0276 0.0277  0.0084
σ  0.1350  0.0794  0.0370  0.0625  0.0085 
K‐S p‐value  0.0367  0.0601  0.3901  0.0440  0.5495 
Decision  Not Significant  Significant  Significant  Not Significant  Significant 
             
Gumbel pdf 
μ  0.0557  0.0439  0.0272  0.0243  0.0087 
σ  0.0768  0.0511  0.0285  0.0355  0.0086 
K‐S p‐value  0.0498  0.1237  0.6624  0.0712  0.7531 
Decision  Not Significant Significant Significant Significant  Significant
Statistical Parameters  C6H18N4 Admixture Concentration (M) 0.0365 0.0729 0.1094 0.1459  0.1824
             
Weibull pdf 
μ  0.0776  0.0581  0.0318  0.0331  0.0093 
σ  0.1835 0.1126 0.0472 0.0825  0.0117
K‐S p‐value  0.4958 0.6222 0.9827 0.6525  0.9891
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